# EXPERIMENTAL STUDY ON RETROFITTING OF RC BEAMS USING GLASS FIBER REINFORCED POLYMER SHEETS 

M.Poovarasi ${ }^{1}$<br>${ }^{1}$ Assistant professor, CivilEngineering, Nadarsaraswathicollege of engineering end technology,poovarasimurugan78@gmail.com


#### Abstract

Retrofitting the Reinforced Concrete (RC) framed structures have been magnifying these days globally. In order to have the upgradation towards the strength of the structural elements which are bounded externally using GFRP along with epoxy resin and hardener. The performance of conventional and retrofitted beams under weak in flexure condition are experimentally have been studied in this investigation. Total six beams were cast and in which three conventional and three retrofitted by reducing main reinforcement from $100 \%$ to $70 \%$ and $50 \%$, to assess the flexural strength and damage level of the beams under weak in flexure condition. The symmetrical two-point loading arrangements have been applied along with span at a distance of $\mathrm{L} / 3$ on the beam. The results which are obtained in which the ultimate load carrying capacity of retrofitted beams are compared to conventional beams. The comparisons will made according to the experimental test results and the failure mechanism of beams.


Keywords-Glass fiber Reinforced polymer sheets, Retrofitting, Flexural Beam, two-point loading, Ultimate load carrying capacity of retrofitted beams.

## I. INTRODUCTION

Retrofitting of existing Reinforced Concrete (RC) framed structures are become the major prominence in the construction domain these days. Many Reinforced Concrete (RC) framed structures located in zones of high seismicity in India are constructed without considering the seismic codal provisions. The vulnerability of inadequately designed structures represents seismic risk to occupants and this fact explains a strong social need to retrofit the existing building and upgrade the seismic code provisions. Hence, these structures need upgradation or retrofitting, which have become one of the thrust areas in structural engineering globally.

Retrofitting with Fiber Reinforced Polymers (FRP) to strengthen and repair damaged structures is a relatively new technique. Extensive researches are going on in the areas of application of FRP in concrete structures for its effectiveness in enhancing structural performance both in terms of strength and ductility.High strength fibers of glass, aramid and carbon are used as primary means of carrying load, while the polymer matrix protects the fibers and bind them into a cohesive structural unit. These are commonly called fiber - reinforced polymer composite materials. Now they are available in the form of rods, grids, sheets and winding strands.

## II. METHODOLOGY

The material used for the retrofitting of RC beams was selected, collected. The resin and hardener used in this study were araldite LY 556 and hardener HY 917 were collected. The preliminary tests for cement, sand and coarse aggregate is done. The casting of beam is done as per the mix design with weak in flexural condition. After the curing process the specimen is retrofitted by using glass fiber reinforced polymer sheets. The symmetrical two-point loading arrangements have been applied along with span at a distance of L/3 on the beam. The results which are obtained in which the ultimate load carrying capacity of retrofitted beams are compared to conventional beams. The comparisons will made according to the experimental test results and the failure mechanism of beams.

## III. MATERIAL SELECTION

### 3.1. Glass fiber reinforced polymer

Glass fibers are basically made by mixing silica sand, limestone, folic acid and other minor ingredients. The mix is heated until it melts at about $1260^{\circ} \mathrm{C}$. The molten glass is then allowed to flow through fine holes in platinum plate. Glass is generally a good impact resistant fiber but weighs more than carbon or characteristics equal to or better than steel in certain forms.

| PROPERTY | UNIDIRECTIONAL |
| :---: | :---: |
| Glass content $(\%)$ | $60-90$ |
| Specific gravity | $1.7-2.2$ |
| Tensile strength $\left(\mathrm{MN} / \mathrm{m}^{2}\right)$ | $530-1730$ |
| Tensile modulus $\left(\mathrm{GN} / \mathrm{m}^{2}\right)$ | $28-62$ |
| Compressive strength $\left(\mathrm{MN} / \mathrm{m}^{2}\right)$ | $310-480$ |
| Flexural strength $\left(\mathrm{MN} / \mathrm{m}^{2}\right)$ | $600-1800$ |

Table 1.Properties of GFRP Sheets

### 3.2Adhesives and Properties

The Success of the strengthening technique critically depends on the performance of the epoxy resin used. The resin and hardener used in this study were araldite LY 556 and hardener HY 917.The purpose of the adhesive is to attach the composites to concrete surface.

## Epoxy resin properties

Table 2.Properties of epoxy resin

| SI NO | Properties | Araldite LY 556 | Hardener HY 917 |
| :---: | :---: | :---: | :---: |
| 1 | Aspect | Clear, pale yellow liquid | Clear liquid |
| 2 | Density at $25^{\circ} \mathrm{C}$ | $1.15-1.20\left(\mathrm{~g} / \mathrm{cm}^{3}\right)$ | $1.20-1.25\left(\mathrm{~g} / \mathrm{cm}^{3}\right)$ |
| 3 | Flexural strength | $120-135(\mathrm{Mpa})$ |  |

## IV. BEAM PREPARATION

### 4.1 Mould preparation

Mix design is done as per IS: 10262 - 2009. The moulds are prepared with length of beam was 1000 mm and the cross sectional dimensions were $160 \mathrm{~mm} \times 150 \mathrm{~mm}$. The dimensions of all the specimens were identical.

### 4.2 Mixing of concrete

After material procurement the next step is the process is to weigh the materials of the required quantity per meter cube. The volume of the beam is obtained as $0.024 \mathrm{~m}^{3}$. Raw materials were weighed according to the design mix and poured into the tray. $10 \%$ extra cement was used because of hand mixing. Firstly materials were mixed without water for some time till uniform texture was obtained. After that water was added slowly. Cement and sand mortar was used for finishing the top surface of beam.

### 4.3 Details of reinforcements:

The conventional beam designated as beam weak in flexure control specimen with $100 \%$ flexural reinforcement (BWFC100) and Retrofitted beam designated as beam weak in flexure retrofitted specimen with $100 \%$ flexural reinforcement (BWFR100). Two beams are casted one as controlled specimen and one for retrofitting with two numbers of 20 mm diameter bar at bottom and two bars of 16 mm diameter bar as hanging bars with two legged stirrups of 8 mm diameter bar at $95 \mathrm{~mm} \mathrm{c} / \mathrm{c}$.


Figure 2. Detailing of BWFC100

The conventional beam designated as beam weak in flexure control specimen with $70 \%$ flexural reinforcement (BWFC70) and Retrofitted beam designated as beam weak in flexure retrofitted specimen with $70 \%$ flexural reinforcement (BWFR70). Two beams are casted one as controlledspecimen and one for retrofitting with two numbers of 16 mm diameter bar at bottom and two bars of 12 mm diameter bar as hanging bars with two legged stirrups of 8 mm diameter bar at $95 \mathrm{~mm} \mathrm{c} / \mathrm{c}$.


Figure 3. Detailing of BWFC70
The conventional beam designated as beam weak in flexure control specimen with $50 \%$ flexural reinforcement (BWFC50) and Retrofitted beam designated as beam weak in flexure retrofitted specimen with $50 \%$ flexural reinforcement (BWFR50). Two beams are casted one as controlled specimen and one for retrofitting with two numbers of 12 mm diameter bar at bottom and two bars of 10 mm diameter bar as hanging bars with two legged stirrups of 8 mm diameter bar at $95 \mathrm{~mm} \mathrm{c} / \mathrm{c}$.



Figure 4. Detailing of BWFC50

### 4.4 Casting of beam

First the entire mould was oiled. So that the beams can be easily de-moulded from the mould after 24 hours. After placing the beam reinforcement cage in to the beam mould, the concrete mix which is mixed thoroughly need to be poured in to the beam mould in the form of layers.After filling of first two layers we need to place the vibrator or tamp by tamping rod inside the concrete in order to avoid air voids. And after filling the next layer of concrete mix again it is required to tamp to avoid the air voids. At last we need to level the top surface of the beam with the help of a trowel. The beams are needed to be demoulded within 24 hours. And after demould all the control and retrofitted specimens need to be covered with the help of gunny bags in order to perform curing up to 28 days.

### 4.5 Detailed process for fixing of GFRP

After the curing period is over. The concrete surface is made rough using a wire brush and then cleaned with water to remove all dirt. The beams are allowed to dry for 24 hours. The GFRP has to cut as per dimensions required for retrofitting. After cutting the GFRP sheet, the next step of the process is the mixture of epoxy resin and hardener with ratio of $1: 5$ have to be mixed thoroughly around for 10 to 15 minutes. Then applying on the cleaned surface of the beam at place where the GFRP have to be attached.

As per specifications and guidelines of the supplier of epoxy resins after application on the surface, pot life should be maintained around 30 minutes and then ensure that the epoxy solution is formed into sticky form. Then the GFRP need to be attached over the surface and roll the GFRP sheet with the help of steel roller in order to observe no air voids. All the three retrofitted beams were kept for 3 days at room temperature in order to gain the bonding strength.


Figure 5. Application of GFRP sheets

## V. TESTING OF BEAMS

### 5.1 Experimental setup of beam

The control beams and the retrofitted beams were tested for the flexural strength. The testing procedure for the all the specimens was same. The surface of control beams is cleaned and washed for clear visibility of cracks. The two-point loading arrangement is used for testing of beams.. The test beam was supported on roller bearings acting as supports. The specimen was placed over the two steel rollers bearing leaving 50 mm from the ends of the beam. The remaining 900 mm was divided into three equal parts of 300 mm . Loading was done by hydraulic jack. Dial gauge was used for recording the deflection of the beams. The dial gauge was removed after the appearance of the crack and the load was further applied till fracture load. The ultimate load or fracture load was taken as the load at which the needle of load dial on the UTM returned back.

### 5.1.1Failure mechanism of conventional beams

### 5.1.1.1 Failure mechanism for BWFC100

The BWFC100 has been tested, and the ultimate load carrying capacity of beam was obtained as 120.78 kN and maximum deflection was 16.2 mm . The cracks were generated from the bottom surface of the beam and the major crack were obtained at the middle portion of the beam and it was observed that some of the shear cracks were also encountered, hence it can be stated that BWFC100 consists a failure mechanism of both flexural and -shear failure.

### 5.1.1.2Failure mechanism for BWFC70

The BWFC70 has been tested and the ultimate load carrying capacity was obtained as 98 kN and the maximum deflection was obtained as 14.54 mm . In this case, the beam was affected majorly due to flexural cracks and shear cracks. Also, the shear cracks were noticed near to the supports and propagates at an angel of $45^{\circ}$ towards the compression zone, hence it can be stated that BWFC70 is obtained a combined failure of flexure and shear failure.

### 5.1.1.3 Failure mechanism for BWFC50

BWFC50 has been tested, and the ultimate load carrying capacity of beam was obtained as 78 kN and maximum deflection was obtained as 16.5 mm . As a parameter the percentage of main steel reinforcement has been reduced in this specimen from $100 \%$ to $50 \%$ to assess the flexural strength deficiency. The observed failure pattern of this specimen was purely flexural.

### 5.1.2 Failure mechanism of retrofitted beams

### 5.1.2.1 Failure mechanism for BWFR100

BWFR100 has been tested and the ultimate load carrying capacity was obtained as 165 kN and the maximum deflection was obtained as 12.5 mm . The beam was affected majorly due to shear cracks and fewer amounts of flexural cracks have been observed. Since, the BWFR100 was designed to resist flexural strength. It has been clearly observed that the retrofitting was helped to enhance the flexural strength.

### 5.1.2.2 Failure mechanism for BWFR70

BWFR70 has been tested and the ultimate load carrying capacity is obtained as 145 kN and maximum deflection was obtained as 11.66 mm . The beam was affected majorly due to shear cracks rather than flexural cracks because the beam was retrofitted at the tension surface of the beam in order to get resistance over flexure.

### 5.1.2.3 Failure mechanism for BWFR50

BWFR50 has been tested and ultimate load carrying capacity was obtained as 120 kN and the maximum deflection was obtained as 14.89 mm . Since the main reinforcement was reduced to $50 \%$ in this specimen. It can be observed that the GFRP was delaminated from the surface of the beam. Also, it can be observed that the sheet was tearing horizontally along the length. Few shear cracks were also observed.

## VI. RESULTS AND DISCUSSIONS

. The comparison of conventional and retrofitted specimens is analyzed from the results.

### 6.1 LoadVs Deflection ResponseforBWFC100 andBWFR100

The Fig shows the comparison of flexural strength of BWFC100 and BWFR100. The load carrying capacity of BWFR100 is $36.7 \%$ greater than BWFC100 and the deflection was comparatively less with control beam having $100 \%$ main reinforcement. It indicates that the retrofitted beam has shown significant strength and stiffness with less magnitude of deflection.


Figure 7.load $v_{s}$ deflection for BWFC100 and BWFR100

### 6.2 Load Vs Deflection Response for BWFC70 AND BWFR70

The comparison of flexural strength of BWFC70 and BWFR70 is shown in Fig. The load carrying capacity of BWFR70 is 47.9 \% greater than BWFC70 and the deflection was comparatively less with control beam having $70 \%$ main reinforcement. It shows that the retrofitted beam has significant strength and stiffness with less magnitude of deflection.


Figure 8.Loadvs deflection for BWFC70 and BWFR70

### 6.3 Load Vs Deflection Response for BWFC50 AND BWFR50

The comparison of flexural strength of BWFC50 and BWFR50 is shown in Fig. The load carrying capacity of BWFR50 is 53.84 \% greater than BWFC50 and the deflection was comparatively less with control beam having $50 \%$ main reinforcement. It shows that the retrofitted beam has significant strength and stiffness with less magnitude of deflection.


Figure 9. Load vs deflection for BWFC50 and BWFR50

### 6.4 Load Vs Deflection Response for Retrofitted specimen

The comparison of flexural strengths of three retrofitted specimen has been shown in Fig. The load carrying capacity of BWFR100 is greater than BWFC70 and BWFC50. The deflection was higher when compared to the BWFC70 and BWFC50.


Figure 11.Comparison of Initial cracks Figure 12. Comparison of Ultimate loads

## VII. CONCLUSION

The experimental study on control and retrofitted reinforced concrete beams using GFRP Sheets. As a parameter all beams made weak in flexure by reducing the main reinforcement from $100 \%$ to $70 \%$ and $50 \%$ have been studied and the beam failure mechanism also observed. From the rest results and calculated strength values, the following conclusions are drawn:

The load carrying capacity of retrofitted beams is significant when compared with control beams. The enhancements of flexural strength of retrofitted beams have been increased due to externally bonded GFRP.The visibility of flexural cracks has been noticed much higher in conventional beams when compared to the retrofitted beams at early intervals of load application. Few shear cracks were also noticed.The major shear cracks have been observed in BWFR100 at an ultimate load of 165 kN . The delamination and flexural rupture of GFRP sheet was occurred in BWFR50 at an ultimate load of 120 kN .The ultimate load carrying capacity of BWFR100 was increased by $36.7 \%$ compared with BWFC100. The beam was affected majorly due to shear cracks and fewer amounts of flexural cracks have been observed. Since, the BWFR100 was designed to resist flexural strength. It has been clearly observed that the retrofitting was helped to enhance the flexural strength. The ultimate load carrying capacity of BWFR70 was increased by $47.9 \%$ compared with BWFC70.The ultimate load carrying capacity of BWFR50 was increased by $53.84 \%$ compared with BWFC50.The flexural strength and ultimate load carrying capacity of the retrofitted beams improved due to the external strengthening of beamsRetrofitting using GFRP sheets has been recommended in order to enhance the flexural strength of beams.

## References

1. Nikolaus, P., Thanasis, C. and Daniele, V. "Reliability of RC Members Strengthened with CFRP Laminates," Journal of StructuralEngineering, ASCE, 121(7), 1995, pp. 1037-1044.
2. Tom, N., Hamid, S. and Mohammad, R.E. "Shear and Flexural Strengthening of RC Beams with Carbon Fiber Sheets," Journal ofStructural Engineering, ASCE, 123(7), 1997, pp. 909-911.
3. Hamid, R. and Allan, H. "Concrete Beams Externally Bonded with FRP Plates," Journal of Composites for Construction, ASCE, 1(5), 2001, pp. 44-56.
4. Krishnan, B. Radha, M. Ramesh, M. Selvakumar, S. Karthick, A. Sasikumar, D. VarunGeerthi, and N. Senthilkumar. "A Facile Green Approach of Cone-like ZnO NSs Synthesized ViaJatrophagossypifolia Leaves Extract for Photocatalytic and Biological Activity." JOURNAL OF INORGANIC AND ORGANOMETALLIC POLYMERS AND MATERIALS (2020).
5. Beemaraj, Radha Krishnan, MathalaiSundaram Chandra Sekar, and VenkatramanVijayan. "Computer vision measurement and optimization of surface roughness using soft computing approaches." Transactions of the Institute of Measurement and Control (2020): 0142331220916056.
6. Krishnan, B. Radha, and M. Ramesh. "Optimization of machining process parameters in CNC turning process of IS2062 E250 Steel using coated carbide cutting tool." Materials Today: Proceedings 21 (2020): 346-350.
7. Parthiban, A., A. Mohana Krishnan, B. Radha Krishnan, and V. Vijayan. "Experimental Investigation of Mechanical and Wear Properties of AL7075/Al 2 O 3/MICA Hybrid Composite." Journal of Inorganic and Organometallic Polymers and Materials (2020): 1-9.
8. Dr. Radha Krishnan B, Ph.D, Dr. Harikishore S, and Dr. V. Vijayan, Wear Behavior of B4C reinforced Al6063 matrix composites electrode fabricated by stir casting method (2020).Transactions of the Canadian Society for Mechanical Engineering DOI: 10.1139/tcsme-2019-0294.
9. Karthikeyan, N., B. Radha Krishnan, A. VembathuRajesh, and V. Vijayan. "Experimental analysis of Al-Cu-Si metal matrix composite by powder-metallurgy process." Materials Today: Proceedings (2020).
10. Sanjeevi, R., G. Arun Kumar, and B. Radha Krishnan. "Optimization of machining parameters in plane surface grinding process by response surface methodology." Materials Today: Proceedings (2020).
11. Sanjeevi, R., R. Nagaraja, and B. Radha Krishnan. "Vision-based surface roughness accuracy prediction in the CNC milling process (Al6061) using ANN." Materials Science 2214 (2020): 7853.
12. Veluchamy, B., N. Karthikeyan, B. Radha Krishnan, and C. MathalaiSundaram. "Surface roughness accuracy prediction in turning of Al7075 by adaptive neuro-fuzzy inference system." Materials Today: Proceedings (2020).
13. Giridharan, R., A. VennimalaiRajan, and B. Radha Krishnan. "Performance and emission characteristics of algae oil in diesel engine." Materials Today: Proceedings (2020). (Scopus Indexed)
14. Radha Krishnan, B., Vijayan, V., ParameshwaranPillai, T. and Sathish, T., 2019. Influence of surface roughness in turning process-an analysis using artificial neural network. Transactions of the Canadian Society for Mechanical Engineering, 43(4), pp.509-514.
15. Krishnan, B. Radha, and M. Ramesh. "Experimental evaluation of $\mathrm{Al}-\mathrm{Zn}-\mathrm{Al} 2 \mathrm{O} 3$ composite on piston analysis by CAE tools." Mechanics and Mechanical Engineering 23, no. 1 (2019): 212-217.
16. Krishnan, B. R., V. Vijayan, and G. Senthilkumar. "Performance analysis of surface roughness modelling using soft computing approaches." Applied Mathematics and Information Sci 12, no. 6 (2018): 1209-1217.
17. Kumar, N. Saran, N. Kaleeswaran, and B. Radha Krishnan. "Review on optimization parametrs in Abrasive Jet Machining process." International Journal of Recent Trends in Engineering and Research 4, no. 10 (2018): 2455-1457.
18. BR Krishnan, M Ajith, RA kumar, P Bala, GG Maurice, "Determination of Surface Roughness in AA6063 Using Response Surface Methodology". International Research Journal of Engineering and Technology 5 (3), 2556-2558

## International Conference on New Scientific Creations in Engineering and Technology (ICNSCET21)

19. Radhakrishnan, B., P. Ramakrishnan, S. Sarankumar, S. Tharun Kumar, and P. Sankarlal. "Optimization of CNC machining parameters for surface roughness in turning of aluminium 6063 T 6 with response surface methodology." SSSG international journal of mechanical engineering-(ICCRESt 17), Specia issue 23 (2017).
20. Krishnan, B. Radha, R. Aravindh, M. Barathkumar, K. Gowtham, and R. Hariharan. "Prediction of Surface Roughness (AISI 4140 Steel) in Cylindrical Grinding Operation by RSM." International Journal for Research and Development in Technology 9, no. 3 (2018): 702-704.
21. KRISHNAN, B. RADHA, and K. ARUN PRASATH. "Six Sigma concept and DMAIC implementation." International Journal of Business, Management \& Research (IJBMR) 3, no. 2, pp: 111-114.
22. Krishnan, B. Radha. "Review Of Surface Roughness Prediction In Machining Process By Using Various Parameters." Int. J. Recent Trends Eng. Res.(IJRTER) 6, no. 1 (2020): 7-12.
23. Krishnan, B. Radha, C. MathalaiSundaram, and A. Vembathurajesh. "Review of Surface Roughness Prediction in Cylindrical Grinding process by using RSM and ANN." International Journal of Recent Trends in Engineering and Research 4, no. 12 (2018): 2455-1457.
24. Sundar, S., T. Sudarsanan, and Radha Krishnan. "Review of Design and Fabrication of four wheel Steering system." International Journal of Recent Trends in Engineering \& Research (IJRTER) 4, no. 10 (2018): 1034-1049.
25. Radhakrishnan, B., Sathish, T., Siva Subramanian, T.B., Tamizharasan, N. and VarunKarthik, E., 2017. Optimisation of Surface Roughness in CNC Milling Process Using RSM. SSRG International Journal of Mechanical Engineering-(ICRTECITA-2017)
26. Prasath, K. Arun, B. Radha Krishnan, and Corresponding K. Arun. "Mechanical properties of woven fabric Basalt/jute fibre reinforced polymer hybrid composites." Int. J. Mech. Eng 2, no. 4 : 279-290.
